EXPERIMENTAL STUDY OF TENSILE FAILURE OF THE STEEL SPECIMEN

Abstract: The results of experimental tensile testing of round steel specimens were presented in the article. The dependence of load change on the specimen elongation was obtained. The structure of the specimen material in the failure zone was studied.

Key words: the specimen, tensile testing, failure, load, material.

Language: English

Citation: Chemezov, D., et al. (2020). Experimental study of tensile failure of the steel specimen. ISJ Theoretical & Applied Science, 11 (91), 314-319.

Doi: https://dx.doi.org/10.15863/TAS.2020.11.91.50
Scopus ASCC: 2211.

Introduction
During tensile testing, the metal specimen [1] of the certain shape is fixed with grip sections into the grips of the testing machine and is subjected to continuous, smooth deformation until failure. The stages of material deformation during tensile are
displayed on the tensile diagrams, which present the dependence of applied load on the elongation value of the "reduced" section of the specimen. The mechanical properties of material during tensile are calculated based on this dependence.

Currently, the large number of studies (theoretical and practical) have been conducted on this topic [2-10]. Elastic limit, yield strength and tensile strength of materials with different carbon content were determined. The volumetric deformed state of the round and flat specimens during tensile was obtained by the computer simulation. The process of materials tension at different loading rates of the specimens was described.

On the example of tensile study of the several steel specimens with low loading rate, it is possible to determine the error in calculating the mechanical properties by mathematical processing the obtained experimental data and observing the process of material failure.

**Materials and methods**

Tensile testing of the round steel specimens was performed three times for obtaining the average values of the mechanical properties of material and predicting the failure zone of the specimen. Three round specimens were made of Fe37-3F steel (EN). The specimens before testing had the following dimensions: the overall specimen length – 43 mm, the diameter of the "reduced" section of the specimen – 3.8 mm, the length of the "reduced" section of the specimen – 27 mm, the length of the grip section of the specimen – 8 mm, the diameter of the grip section of the specimen – 8.7 mm, the radius at the base of the grip section – 2 mm. The round specimens for performing tensile testing are presented in the Fig. 1.

![Figure 1](image-url)  
*Figure 1 – The specimens for performing tensile testing.*

Tensile testing was performed on the "TM-20" special testing machine. The machine is designed for testing the specimens made of various materials for tensile, compression, shear and bending. The main technical characteristics of the machine:

- maximum force developed by the machine – 20 kN;
- the maximum stroke of the movable frame (the support) – 38 mm;
- the measurement range of displacement of the movable support – 0…20 mm;
- the scale factor of meter of displacements of the movable frame (the support) – 0.01 mm;
- the dimensions of the upper workspace in the "tensile" zone – not less than 35 mm;
- the dimensions of the lower workspace in the "compression" zone – not less than 51 mm;
- the machine length – 320±20 mm;
- the machine width – 320±20 mm;
- the machine height – 550±20 mm;
- average time until failure – not less than 500 hours;
- the weight – no more than 30 kg.

The general view of the testing machine is presented in the Fig. 2. The upper and lower devices for setting the round specimen into the machine are presented in the Fig. 3.
Impact Factor:

| Source     | Impact Factor |
|------------|---------------|
| ISRA (India) | 4.971         |
| ISI (Dubai, UAE) | 0.829       |
| GIF (Australia) | 0.564        |
| JIF         | 1.500         |
| SIS (USA)   | 0.912         |
| PIII (Russia) | 0.126        |
| ESJI (KZ)   | 8.997         |
| JIF         | 1.500         |
| SJIF (Morocco) | 5.667      |
| ICV (Poland) | 6.630         |
| PIF (India) | 1.940         |
| IBI (India)  | 4.260         |
| OAJI (USA)  | 0.350         |

Information about the testing process is provided in the graphical form using the special software. The devices 19 and 20 are used for bending and compression testing, respectively.

![Equipment for tensile testing](image)

Figure 2 – The equipment for carrying out tensile testing: A – the front view of the "TM-20" testing machine and the computer; B – the rear view of the "TM-20" testing machine; C and D – the side views of the "TM-20" testing machine. I – the USB input for the data transfer to the computer, II – the USB input for turning on the video camera, III – the USB input for turning on the machine.

![Devices for tensile testing](image)

Figure 3 – The upper (left) and lower (right) devices for tensile testing of the round specimens.

The lower device for tensile of the specimens is fixed on the machine by means of the special metal ramrod. Tensile was performed until failure of the cross-section of the steel specimen.

Results and discussion

The steel specimen was subjected to constantly increasing load. In this case, the specimen lengthens, and the cross-section decreases. The neck (narrowing) appears on the "reduced" section of the specimen,
Impact Factor:

| Journal | Impact Factor |
|---------|---------------|
| ISRA (India) | 4.971 |
| ISI (Dubai, UAE) | 0.829 |
| GIF (Australia) | 0.564 |
| JIF | 1.500 |
| SIS (USA) | 0.912 |
| PIHII (Russia) | 0.126 |
| ESJI (KZ) | 8.997 |
| IBI (India) | 4.260 |
| ICV (Poland) | 6.630 |
| PIF (India) | 1.940 |
| RIHNC (Russia) | 0.126 |
| ESIJ (KZ) | 8.997 |
| SJIF (Morocco) | 5.667 |
| OAJI (USA) | 0.350 |

which determines the failure zone. Failure occurs approximately at the distance of ¼ of the "reduced" section of the specimen.

The tensile testing process of the round specimens is presented in the Fig. 4.

**Figure 4 – Performing tensile testing of the first specimen: A – loading the specimen; B – the neck formation on the "reduced" section of the specimen; C – failure of the specimen.**

Deformations in material are presented on the specimen tensile diagram. The following stages can be highlighted on the graph: displacement by 0.56 mm in absence of load is the backlash elimination in the machine mechanism; displacement from 0.56 mm to 0.9 mm at maximum load of 3312 N is the elastic zone (reversible deformations of material); displacement from 0.9 mm to 1.13 mm at maximum load of 3624.11 N is the yield zone (the specimen elongation without increasing applied load); displacement from 1.13 mm to 2.6 mm at decreasing load to 1007.09 N is the softening zone (the neck formation and subsequent failure of the specimen). The dependence of applied force on the specimen elongation is presented in the Fig. 5.

**Figure 5 – The dependence of applied force on the specimen elongation.**

Tensile of three identical round specimens showed that maximum tensile load, which leads to resistance of material, changes by average of 22 N. The round specimens after tensile testing are presented in the Fig. 6. The necks diameters of the specimens were measured after failure:
- the first specimen – 2.6 mm;
- the second specimen – 2.5 mm;

Philadelphia, USA

317
The third specimen – 2.8 mm.
Thus, the predicted diameter of the steel specimen at which failure occurs is \((0.65...0.73)d_0\), where \(d_0\) is the initial diameter of the "reduced" section of the specimen, mm.

**Conclusion**

Failure of material occurs at elongation of the short round steel specimen by 6%. For the similar sections of the machine parts, it is recommended to apply the calculated dependencies of \(0.65d_0...0.73d_0\), at which material failure occurs. The granular structure, which indicates material strength, is formed on fracture of the specimen.

**References:**

1. (n.d.). *GOST 1497-84. Metals. Methods of tension test.*
2. Chemezov, D., et al. (2020). Recommendations for assessment of stress-strain state of the metal cylindrical specimen when performing the tensile test. *ISJ Theoretical & Applied Science*, 04 (84), 352-356.
3. Chemezov, D., Pavlukhina, I., Bakhmeteva, M., & Petrenko, A. (2020). The dependencies of tension strain from stress of the flat steel
| Journal | Impact Factor |
|---------|--------------|
| ISRA (India) | 4.971 |
| ISI (Dubai, UAE) | 0.829 |
| GIF (Australia) | 0.564 |
| JIF | 1.500 |
| SIS (USA) | 0.912 |
| JIF | 1.500 |
| SJIF (Morocco) | 5.667 |
| OAJI (USA) | 0.350 |
| ICV (Poland) | 6.630 |
| PII (Russia) | 0.126 |
| ESJI (KZ) | 8.997 |
| IBI (India) | 4.260 |
| RIN (Russia) | 0.126 |
| ESJI (KZ) | 8.997 |
| ICV (Poland) | 6.630 |
| PII (Russia) | 0.126 |
| ESJI (KZ) | 8.997 |
| IBI (India) | 4.260 |
| RIN (Russia) | 0.126 |

4. Bychkova, A. A., & Minaeva, S. Yu. (2015). Tensile testing of a steel sample. International scientific and technical conference of young scientists of BSTU named after V. G. Shukhov, 2137-2139.

5. Zaydes, S. A., & Rudyh, N. V. (2010). Experimental evaluation of stressed state of steel samples by the metallographic image. Bulletin of Irkutsk State Technical University, 5(45), 26-31.

6. Nicholas, T. (1981). Tensile testing of materials at high rates of strain. Experimental Mechanics, vol. 21, 177-185.

7. Harding, J., Wood, E. O., & Campbell, J. D. (1960). Tensile Testing of Material at Impact Rates of Strain. J. Mech. Eng. Sci., 2, 88-96.

8. Lucas, G. E. (1983). The development of small specimen mechanical test techniques. Journal of Nuclear Materials, 327-339.

9. Eiichi, W., et al. (2015). Overview on recent progress toward small specimen test technique. Fusion Engineering and Design, 2, 1-5.

10. Makwana, D., Patel, A. K., & Dave, K. G. (2016). A Review of miniature specimen tensile test method of tungsten at elevated temperature. International Journal of Engineering Development and Research, Volume 4, Issue 2, 132-139.